Removal of Bisphenol-A from Aqueous Solution Using Polymeric Resin Impregnated with Phosphorous Based Extractant

Sakshi Batra and Dipaloy Dutta

Abstract—A study was conducted for the adsorption of Bisphenol A (BPA) from aqueous solution using solvent impregnated resin (Amberlite XAD-7 was impregnated with trioctylphosphine oxide). FTIR, FE-SEM and EDX analysis characterized this prepared resin. Various parameters like contact time, the mass of adsorbent, BPA initial concentration, and the temperature was studied. For impregnated resin percentage removal was obtained 88.09% within 120 min. For BPA adsorption, optimum adsorbent dosage was found to be 8 g·L^\text{-1}. Adsorption of BPA decreased with increase in temperature. Different models like Langmuir, Freundlich and Temkin models were used to predict the equilibrium points. Kinetics of BPA adsorption was predicted using pseudo-first order, pseudo-second order, and intraparticle diffusion models.

Index Terms—Amberlite XAD-7, bisphenol-A, solvent impregnated resin, trioctylphosphine oxide.

I. INTRODUCTION
Bisphenol A (BPA), found to be an endocrine disrupting chemical (EDCs) that is used as an essential chemical intermediate [1]. The release of this compound into the environment has become a significant concern of public health. Usually used BPA discharged into an aquatic environment through industrial wastewater effluent [2]. It was reported that it mainly affects the reproductive and endocrine system of females. Hence it is necessary to remove BPA from water using highly efficient technology. Till now many adsorptive and oxidative methods like Ozonation [3], adsorption using different adsorbents [4]-[5], photo catalysis [6], membrane separation [7] and solvent extraction [8] were applied for the removal of BPA.

Although these techniques have some disadvantages like leaching of extractant into the aqueous phase, the problem of entraining, reusability of adsorbents, expensive and synthesis complexity [9]. A Solvent impregnated resin is one of the prominent techniques that combine the process of solvent extraction and ion exchange resin [10]. Solvent impregnated resins are macroporous resins in which extractant is impregnated into the pores of resin. The Essential advantage of this method is the usage of prepared adsorbent up to several numbers of times without loss of extractant [11], [12]. In this study, Bisphenol A (BPA) was removed using a prepared impregnated resin, i.e. Amberlite XAD-7 impregnated with extractant TOPO (Trioctylphosphine oxide). Various experimental parameters such as contact time, mass of adsorbent, initial BPA concentration and temperature were studied and their effect on adsorption of BPA was analyzed.

II. METHODS AND MATERIALS

A. Materials
Amberlite XAD-7 (AX7), Trioctylphosphine oxide (TOPO) and Bisphenol A (BPA) were procured from Sigma-Aldrich, Ethanol (> 99% of purity, Merck Germany) was used for purification of AX7. For filtration Whatman quantitative filter paper was used. Deionized water was used for our work which was produced by Millipore Milli-Q water system.

B. Preparation of SIRs
For the preparation of SIR wet impregnation method was used [7]. It includes following steps like washing, drying, impregnation, and filtration. Firstly, washing was done using ethanol and water to remove present impurities and to maintain the neutral pH using magnetic stirrer at room temperature. After that, filtration was done and this washed resin (WAX7) was kept for drying in an oven. Then extractant TOPO (1 g TOPO per g of XAD-7) was used for impregnation of WAX7. Impregnation was done in a temperature bath shaker maintained at room temperature for 24 h. These impregnated beads (I-WAX7) was filtered and kept for overnight drying and later in an oven. Properties of Amberlite XAD-7 are given below [13].

| Physical Properties of Resin | Physical Properties of Resin |
|-----------------------------|-----------------------------|
| Type (Matrix)               | Aliphatic ester             |
| Surface Area                | 450 m^2/g                   |
| Pore Size                   | 450 Å                       |
| Particle Size               | 20-60 mesh                  |

C. Characterization
Characterizations of WAX7 and I-AX7 done using FE-SEM (Scanning Electron Microscopy), EDX (Energy Dispersive X-Ray Spectroscopy), FTIR (Fourier Transform Infrared Spectroscopy). FTIR was performed to study the functional groups present in the resin in the range of 4000 to...
400 cm\(^{-1}\) (FT-IR Spectrum 2, Perkin Elmer, USA). FE-SEM was done (Nova NanoSEM 450, Perkin Elmer, USA) to observe the surface structure of prepared adsorbent imaged at a magnification of 100000\(^{\times}\). EDX was performed to analyze the present elements in the SIRs.

D. Adsorption Experiments

A kinetic study was conducted using I-AX7 (8 g·L\(^{-1}\)) with 10 mg·L\(^{-1}\) of initial BPA concentration up to 120 min. Water bath shaker was used to conduct adsorption experiments. Effect of the mass of adsorbent was performed in the range of 1 g·L\(^{-1}\) to 10 g·L\(^{-1}\) at 298 K for 60 min. Equilibrium study was conducted by varying a concentration of BPA from 10 mg·L\(^{-1}\) to 50 mg·L\(^{-1}\). To observe the outcome of temperature on the adsorption capacity experiments was performed at 298 K, 313 K, 323 K, and 333 K for 60 min at 10 mg·L\(^{-1}\) BPA concentration. The final concentration of BPA was analyzed using UV-VIS spectrophotometer (UV-1800, Shimadzu) at 276 nm. The adsorption performance of resin was evaluated by calculating the percent removal (% \(R\)), and the adsorption capacity \(q_e\) or \(q_t\) of BPA was calculated using the following equations (1) and (2), respectively

\[
\text{\% Removal} = \left( \frac{C_0 - C_e}{C_0} \right) \times 100 \quad (1)
\]

\[
q_e \text{ or } q_t = \left( \frac{C_0 - C_t}{m} \right) V \quad (2)
\]

Here,

\(C_0\), \(C_e\) and \(C_t\) represents the BPA initial, equilibrium and at time t concentrations, respectively in mg·L\(^{-1}\). \(V\) and \(m\) represent the volume of aqueous solution of BPA and adsorbent mass L and g, respectively.

III RESULTS AND DISCUSSION

A. Characterization: FTIR

FTIR, FE-SEM and EDX analysis was performed for WAX7 and I-WAX7. From the FTIR analysis it was observed in Fig. 1, in the WAX7, a sharp peak at 2956.00 cm\(^{-1}\) indicates the moisture present in the resin [2]. A peak was observed at 1728 cm\(^{-1}\) assigned to the ester group in the resin. After impregnation of TOPO, two new peaks were observed at 2926 cm\(^{-1}\) and 2850 cm\(^{-1}\) which represent the adsorption of extractant into the pores of resin. A new peak at 1143.21 cm\(^{-1}\) was observed. This peak denotes the phosphoryl group that indicates the proper impregnation of extractant into the pores of resin.

B. Characterization: FE-SEM and EDX Analysis

SEM analysis was represented in Fig. 2 and Fig. 3 at magnification of 50000 \(\times\). From the SEM analysis, it was observed that in the micrographs of WAX7 pores are present. After impregnation of extractant, these pores are filled that confirm the impregnation of the extractant in I-WAX7. Further from the EDXS analysis also it was seen that initially, only C and O elements are observed but after impregnation P element was also observed that prove the conformity of presence of extractant into the pores of resin.

---

**Table 1.** Percentage of Elements in WAX7

| Element | Percentage |
|---------|------------|
| O       | 31.32      |
| C       | 25.41      |

---

Fig. 1. FTIR analysis of WAX7 and I-WAX7.

Fig. 2. (a) FE-SEM image of WAX7 at 50000 \(\times\) magnification (b) EDS image of WAX7.
C. Effect of Contact Time

Contact time study was done to observe the effect on the BPA adsorption using I-WAX7 shown in Fig.4. From the figure, it was observed that initially, as adsorption time increases from 2 to 60 min adsorption of BPA increased from 32% to 88.09% and it becomes constant after 60 min 88.09%. Equilibrium time was found to be 60 min for the further experiments. Different kinetics models (Pseudo first order (PFO), Pseudo second order (PSO) and intraparticle diffusion model (IPD) were used to determine the adsorption kinetics of BPA. It was observed that PSO model give best fit with the experimental data. Fitting of PSO model represented in Fig. 5.

D. Effect of Mass of Adsorbent

Experiments were conducted at 10 mg·L⁻¹ initial BPA concentration at 298 K and experiments was conducted to observe the effect of the mass of adsorbent on BPA adsorption. A Dosage of adsorbent (I-WAX7) was varied from 1 g·L⁻¹ to 10 g·L⁻¹ and data points are shown in Fig. 6. It was concluded from the figure that with increasing the amount of adsorbent from 1 to 8 g·L⁻¹ percentage removal of BPA increased (~ 75% to ~ 89%). Initially, at lower dosage of adsorbent less number of adsorption sites are present for the removal of BPA. With increased in the adsorbent dosage the removal of BPA enhanced. Therefore, 8 g·L⁻¹ found to be optimum dosage for BPA adsorption.

E. Effect of Initial BPA Concentration

Concentration study was conducted by changing a BPA concentration from 10 mg·L⁻¹ to 50 mg·L⁻¹ and results are shown in Fig. 7. 8 g·L⁻¹ of I-AX7 was mixed in 100 ml of flask with different concentration of BPA and put this solution into shaker for 120 min and at 298 K. it was observed from the figure that if concentration increases from 10 mg·L⁻¹ percentage removal for BPA decreased. Three different models (Langmuir, Freundlich, and Temkin) were applied to predict the experimental values. It was found that the Langmuir model gives the best fit (R² = 0.996) with the experimental data. It can be concluded that adsorption of BPA is found to be monolayer adsorption on the surface of adsorbent. Fitting of Langmuir isotherm model was shown in Fig. 8.
With increasing in temperature from 298 K to 333 K, % interaction between the BPA molecules and adsorbent [14]. A decrease in % removal because of increase in the kinetic energy of solute molecules. This increased in the kinetic energy reduce the interaction between the BPA molecules and adsorbent [14]. With increasing in temperature from 298 K to 333 K, % R of BPA decreased. It was found that maximum percentage removal (84.5%) was obtained at 298 K.

**F. Effect of Temperature on Removal of BPA**

Temperature effect on the removal of BPA using I-WAX7 was shown in Fig. 9. A study was conducted by mixing 8 mg·L⁻¹ of the adsorbent into BPA solution (10 mg·L⁻¹) for 120 min in a water bath shaker. From the figure, a decrease trend was observed between the temperature and percentage removal because of increase in the kinetic energy of solute molecules. This increased in the kinetic energy reduce the interaction between the BPA molecules and adsorbent [14].

**Fig. 8.** Fitting of Langmuir isotherm with the Experimental data (m = 8g·L⁻¹; Cₒ = 10 mg·L⁻¹; and speed of shaker = 100 rpm).

**Fig. 9.** Effect of temperature on BPA adsorption using I-WAX7 (m = 8 g·L⁻¹; Cₒ = 10 mg·L⁻¹; and speed of shaker = 100 rpm).

**IV CONCLUSION**

In this study, phosphorous based extractant (Triocetylphosphine oxide) was used to impregnate the Amberlite XAD-7 for the adsorption of BPA. Impregnation was confirmed using FTIR, FE-SEM and EDX analysis. Various parameters like contact time, the mass of adsorbent, an initial concentration of BPA and temperature was performed to observe the effect on BPA removal. It was concluded that equilibrium time for BPA adsorption was obtained in 120 min. Pseudo second order model gives best fitted isotherm that shows the chemisorption phenomena of BPA. With increasing in dosage percentage removal of BPA increased and at 8g·L⁻¹ the removal of BPA found to be optimum. Percentage removal decreased at higher temperature. Concentration studies concluded that at lower concentration removal of BPA enhanced due to more adsorption sites are present. Langmuir model gives the best fit that indicates the monolayer adsorption of BPA on the surface of the impregnated resin.

**ACKNOWLEDGEMENT**

We acknowledged our sincere appreciation to Material Research Centre (MRC), Malaviya National Institute of Technology, Jaipur to provide the required facilities for characterizing the samples using FESEM, EDX and FTIR, analysis. We also thankful to Science & Engineering Research Board (SERB), a statutory body of the Department of Science & Technology, New Delhi, India for financial support under Early Career Research Award (EC Engineering Sciences), FILE NO. ECR/2016/001297 to carry out the part of the research (preparation of adsorbent and characterization).

**REFERENCES**

[1] H. Ashraf and Q. Hussain, “Use of DEAE cellulose adsorbed and crosslinked white radish (Raphanus sativus) peroxidase for the removal of o-naphthol in batch and continuous process,” Int. Biodeterior. Biodegrad, vol. 64, pp. 27-31, October 2010.
[2] C. Karunakaran, S. Narayanan, and P. Gomathisankar, “Photocatalytic degradation of 1-naphthol by oxide ceramics with added bacterial disinfection,” J. Hazard. Mater., vol. 181, pp. 708-715, June 2010.
[3] K. Ballschmiter and H. M Kuch, “Determination of compounds and estrogens in surface and drinking water by HRGC-(- NCI -) MS in the picogram per liter range, science,” Environ. Sci. Technol., vol. 35, pp. 3201-3206, 2001.
[4] N. A. Ahmad, M. A. Yuzir, E. L. Yong, N. Abdullah, and M. R. Salim, “Removal of bisphenol a (BPA) in surface water by ozone oxidation process,” Appl. Mech. Mater., vol. 735, pp. 210-214, Feb. 2015.
[5] C. N. Huy, N. Kim, T. D. phan, J. K. Yoo, and E. W. Shin, “Adsorptive interaction of bisphenol a with mesoporous titane silicate / reduced graphene oxide nanocomposite materials: FT-IR and Raman analyses,” Nanoscale Research Letters 2014., vol. 9, pp. 1-7, 2014.
[6] T. Safabakhsh and H. Pourzamani, “Removal of bisphenol a from aqueous solutions using magnetic nanoparticles: Investigation of adsorption isotherms,” Int. J. Environ. Health Eng, vol. 5, pp. 25, July 2016.
[7] V. Repousi, A. Petala, Z. Frontistis, M. Antonopoulos, I. Konstantinou, D. I. Kondarides, and D. Mantzavinos, “Photocatalytic degradation of bisphenol A over Rh/TiO₂ suspensions in different water matrices,” Catal. Today, vol. 284, pp. 59-66, Oct 2016.
[8] J. Chen, X. Huang, and D. Lee, “Bisphenol A removal by a membrane bioreactor,” Process Biochem, vol. 43, pp. 451-456, Jan 2008.
[9] A. Rajan, S. Sreedharan, and V. Babu, “Solvent extraction and adsorption technique for the treatment of pesticide effluent,” Civ. Eng. Urban Plan., An Int. J., vol. 3, pp. 155-165, June 2016.
[10] J. Bokhove, B. Schuur, and A. B. De Haan, “Solvent design for trace removal of pyridines from aqueous streams using solvent impregnated resins,” Sep. Purif. Technol., vol. 98, pp. 410-418, July 2012.
[11] A. Andrei and Zagorodni, Ion Exchange Properties and Applications, U.K.: Wiley, 2007, ch. 2, pp. 1-496.
[12] G. Wojcik, Z. Hubicki, and J. Ryczkowski, “Investigations of chromium (III) and (VI) ions sorption on SIR by using photoacoustic and DRS methods,” Acta Phys. Pol., A., vol. 116, pp. 432-434, July 2. 2019.
[13] Sigma Aldrich. [Online]. Available: www.sigamaldrich.com.
[14] S. Batra, D. Datta, N. S. Beesabathami, N. Kanjolka, and S. Saha, “Adsorption of Bisphenol-A from aqueous solution using amberlite XAD-7 impregnated with aliquat 336: Batch, column, and design studies,” Process Saf. Environ. Prot., vol. 122, pp. 232–246, 2019.

Sakshi Batra was born in Muzaffarnagar, Uttar Pradesh, on July 7, 1991. She received her B.Tech. degree in chemical engineering from Banasthali University, Tonk, Rajasthan, in 2012, and M.E. degree in chemical engineering from Birla Institute of Technology and Science (BITS), Pilani, Rajasthan, in 2015. She did internship in National Fertilizer Ltd., Vijaypur, Madhya Pradesh during July – August 2011 and later in Oct 2011 in Chakradhar Chemical Pvt. Ltd. Muzaffarnagar, Uttar Pradesh. In 2016, she joined the Department of Chemical Engineering, Chandigarh University, Mohali, Punjab as a Lecturer. Since, July 2017, she is doing Ph.D. in chemical engineering from Malaviya
National Institute of Technology (MNIT), Jaipur, Rajasthan. Currently, she is working on the treatment of wastewater using solvent impregnated resins.

Dipaloy Datta is working as an assistant professor in the Department of Chemical Engineering at Malaviya National Institute of Technology (MNIT), Jaipur, Rajasthan. He earlier worked as an assistant professor, and lecturer in the Department of Chemical Engineering at Thapar University, Patiala, Punjab and at Birla Institute of Technology & Science (BITS), Pilani, Rajasthan. He earned his bachelor, master and doctoral degree in chemical engineering from BITS PILANI, Rajasthan, in the year 2003, 2009 and 2013, respectively. His research areas include adsorption, wastewater treatment, process intensification, reactive extraction, modeling & simulation and optimization. He has 60 research publications (47 journals, 23 conferences, 1 book and 1 book chapter) to his credit. Dr. Datta is a life associate member of IICHE, member of Indian Desalination Association, and member ACS (2015-18, awarded).